A Thorough Analysis of the Endocrown Restoration: A Literature Review

Dimokritos Papalexopoulos\(^1\), Theodora-Kalliopi Samartzi\(^2\), Aspasia Sarafianou\(^3\)

**Abstract**

**Aim:** The aim of this literature review is to determine whether endocrowns are a reliable alternative for endodontically treated teeth with extensive loss of tooth structure, the indications and contraindications of this restorative choice, the principles that should be followed for tooth preparation and which material is most appropriate for endocrown fabrication.

**Background:** Rehabilitation of endodontically treated teeth with severe coronal destruction has always been a challenge for the dental clinician. Until recently, the fabrication of a metal-ceramic or all-ceramic full-coverage crown along with a metal or glass fiber post has been the "gold standard" proving its efficacy via numerous clinical studies. With the development of CAD/CAM technology and the evolution of dental materials, new minimally invasive techniques have been introduced with less need for adjustments and less incorporation of structural defects. One of them, the "monoblock technique," proposed by Pissis in 1995, was the forerunner of endocrown restoration, a term used by Bindl and Mörmann to describe an all-ceramic crown anchored to the internal portion of the pulp chamber and on the cavity margins, thus obtaining macromechanical retention provided by the axial opposing pulpal walls and microretention attained with the use of adhesive cementation.

**Review results:** Endocrowns require a decay-oriented preparation taking advantage of both the adhesion and the retention from the pulp-chamber walls, they are strongly indicated in endodontically treated molars in cases where minimal interocclusal space and curved or narrow root canals are present and they should be manufactured from materials that can be bonded to the tooth structure.

**Conclusion:** Endocrowns are a reliable alternative to traditional restorative choices, given that the clinicians respect the requirements and indications describing this technique.

**Clinical significance:** Traditional restorative techniques demanding tooth substance removal and minimizing the opportunity for reinterventions should be reconsidered.

**Keywords:** Endocrowns, Endodontically treated teeth, Literature review, Restorative dentistry.

The Journal of Contemporary Dental Practice (2021): 10.5005/jp-journals-10024-3075

**Background**

Loss of dental substance, not only due to carious disease but also as a result of the access cavity for endodontic treatment, weakens an endodontically treated tooth. According to a study by Reeh et al.,\(^1\) loss of the marginal ridges reduces dental resistance by 63% on account of the rupture in the continuity of the peripheral circle of the tooth, which may result in flexion and thus in microfractures or microinfiltration creating gaps in the edges of the restoration.

Following removal of the pulp tissue, a deterioration of the tooth's neurosensory feedback system is observed, something that seems to reduce its protection against masticatory forces.\(^2\)

Water loss concerns only free water and not the water bound to the collagen. According to Papa et al.,\(^3\) it accounts for 9% or less of total water, so the loss is not significant. Furthermore, Sedgley and Messer\(^4\) have shown no change in the elastic modulus or hardness of dentin after endodontic treatment and according to Huang et al.,\(^5\) there is no significant loss in resistance to traction and compression after a tooth has been endodontically treated. The classical approach for the preparation of an endodontically treated molar with a post and core involves widening of the anatomically complex system of canals, which in these teeth are narrow, sometimes curved with variable angulation.\(^6\) Such a restoration results in a 58.3% loss of tooth structure,\(^7\) not to mention the fact that it involves a risk of accidental root perforation.\(^8\) Studies have confirmed that endodontically treated teeth restored without posts have similar fracture resistance and failure modes compared with those with posts, which suggests that posts are not necessarily required.\(^9\) It has also been shown that anchorage of the crown only within the pulp chamber provides satisfactory clinical retention.\(^10\)

This along with the fact that restorative dentistry stands against the wastage of tooth tissue, makes endocrowns an appealing alternative. Pissis\(^7\) was the forerunner of endocrown restoration, a term used by Bindl and Mörmann\(^10\) to describe an all-ceramic crown anchored to the internal portion of the pulp chamber and on the cavity margins, thus obtaining macromechanical retention provided by the axial opposing pulpal walls and microretention attained with the use of adhesive cementation.\(^11\) However, even if literature suggests that endocrowns may perform similarly or better...
than the conventional treatments using intraradicular posts, direct composite resin, inlay/onlay restorations and in comparison with the abovementioned they constitute a simple and quick procedure, when it comes to practical application, few professionals feel confident to proceed to this technique.

**Review Results**

**Preparation**

In general, endocrowns have a decay-oriented design concept. General guidelines for endocrown preparation include the following:

- A 2- to 3-mm cuspal reduction –90° circumferential butt joint margins with a width of 1 to 2 mm.
- All cervical margins placed supragingivally as possible.
- An occlusal divergence of 5 to 7° in order for the coronal pulp chamber and the endodontic access cavity to be continuous.
- Gutta-percha removal to a depth not exceeding 2 mm, thus taking advantage of the saddle-like anatomy of the cavity floor.
- Smooth internal transitions and a relatively flat pulp chamber floor with sealed radicular spaces.

It is supported that the overall reduction in the height of the occlusal surface depends on the restorative material. More precisely Rocca and Krejci recommended an overall reduction of 1 to 1.5 mm from the occlusal plane when resin composite is used, taking advantage of the material’s elastic modulus and stress absorbing properties similar to those of dentine. On the other hand, Fages et al. suggested at least 2 mm of reduction in the axial direction, when a monoblock ceramic material is used.

The addition of a uniform or no uniform ferrule to preparation increases the dentine surface available for bonding, but it has its drawbacks. Namely, according to Einhorn et al., the addition of ferrule would enact sufficient dentine removal of the endocrown preparation, so that the entire complex would be weakened. Furthermore, areas of reduced dentine wall thickness may result in preparation, so that the entire complex would be weakened.

There are no definitive guidelines concerning the pulp chamber extension depth required for adequate retention and resistance form. One report suggests that a 2-mm extension into the pulp chamber is sufficient. Ghajghouj and Tasar-Faruk evaluated the biomechanical behavior of endodontically treated teeth restored using different extensions of endocrowns inside the pulp chambers and concluded that the greater extension provided better mechanical performance. A 5-mm extension presented a low fracture resistance and a high possibility of rotating the piece when in function.

Since adhesion to dentine remains a clinical challenge, the literature strongly recommends the immediate dentine sealing technique which improves adhesion to dentine and minimizes microleakage. Sometimes, it is also necessary to fill irregularities in the pulp chamber walls with resin composite in order to remove retentive areas that prevent sliding and adjustment of the piece. The main requirement is for all surfaces (walls and cavity bottom) to be visible from one point (occlusal view), i.e., no undermined or divergent parts of the cavity are allowed.

As opposed to conventional crowns, an endocrown as an adhesive restoration does not require the margins to be placed subgingivally, resulting in less gingival inflammation and recurrent caries.

**Materials**

Since endocrown retention mainly lies in bonding, it is crucial to use prosthetic materials that can be resin bonded to tooth tissues. Initially, it was supported that endocrown restorations should only be made of reinforced ceramics, because they are adequately resistant to displacement thanks to their adhesive properties.

Among machinable materials, lithium disilicate based ceramics have aesthetic and mechanical properties, already substantiated in the literature. Zirconia-reinforced silicate ceramic endocrowns demonstrate a high percentage of nonrestorable mechanical failures, something that adversely affects tooth survival.

Adhesive failure is the main failure mode in endocrowns. In lithium disilicate restorations, stress at the adhesive interface is slightly higher than leucite-based ones. Leucite-reinforced glass ceramic has been evaluated as an alternative to lithium disilicate for endocrown restorations, since, regardless of its inferior mechanical strength, its bonding strength to dentine is similar to that of lithium disilicate. For other authors, lithium disilicate and composite resins are the materials of choice, with the lithium disilicate being more resistant to fracture than composites. On the other hand, composite resins are repairable in the mouth and not as abrasive to opposing tooth structures as ceramic restorations. Moreover, their higher deformability could enable restorative systems to transfer limited strains to compact and spongy bone of the tooth socket.

Many new CAD/CAM hybrid materials have been introduced in the market combining, according to their manufacturers, the properties of both composite resins and ceramics. In a recent study by Awanda and Nathanson, it was reported that hybrid materials tend to be less brittle and more flexible compared to conventional ceramics. In addition, more accurate margins could be milled, while fewer flaws and irregularities observed optimize the restorations in case of minimal tooth preparation. The unique composition of resin nanoceramic allows the material to have a modulus of elasticity (12.8 GPa) similar to that of dentine. Resin nanoceramic restorations show less crack propagations and provide better fracture resistance than some of CAD/CAM ceramics.

In a recent study, Zoidis et al. proposed polyetheretherketone (PEEK) as an alternative framework material for endocrown restorations. They demonstrated that the elastic modulus of the PEEK framework (4 GPa) veneered with indirect composite resin could dampen the occlusal forces thus protecting tooth structures better than ceramic materials. However, further long-term clinical evidence is required.

Material characteristics may influence margin stability. Resin-based materials having a polymer matrix may allow the milling of thinner structures. In contrast, the glass matrix of ceramic materials is brittle and ceramic crystallites may easily break out if the pressure of milling instruments is applied. The larger the crystallites the more likely this may occur. It has been reported that resin-based composite material restorations have higher marginal stability than ceramic materials. However, some authors state that resin composite materials appear to have higher microleakage during time.

**Premolars**

The use of endocrowns for premolars is not as well documented as for molars. It is believed that the smaller dental structure area of the pulp chamber and consequently of the adhesive surface of premolars limits the bond strength of adhesive systems and resin cements. The configuration of premolar crowns in which the
height of the piece is greater than their width may create a long lever arm, increasing the risk of adhesive rupture and displacement.\textsuperscript{35} The lever effect is pronounced by the nonaxial forces, less present in molars but predominately received by premolars, resulting in deterioration of their fracture resistance.\textsuperscript{19} Salis et al.\textsuperscript{56} described a higher prevalence of fractured maxillary premolars compared with mandibular ones. Therefore, the morphologic design of the endocrown on maxillary premolars should have a flatter occlusal table so as to reduce the height of the crown and the cuspal inclines, resulting in shallower fissures to minimize cuspal deflection and the risk of fracture during mastication.\textsuperscript{56}

**Adhesive Luting**

Luting procedure influences the effectiveness of endocrown restorations, with proper bonding being paramount to extend the mechanical performance and longevity of the restoration during oral function.\textsuperscript{39} A recent in vitro study by Ghajghouj et al.\textsuperscript{21} evaluated the microleakage in endocrowns using three different types of resin cement (Panavia V5, RelyX Ultimate, GC cement). Panavia V5 was found to have the least microleakage, a result in agreement with a study by Muller et al.,\textsuperscript{38} which reported that Panavia V5 cement contains hydrophilic aliphatic dimetacrylate and not phosphate or hydroxyl groups, or alkaline fillers, which explains why it attained the lowest water absorption. Similarly, Trajetenberg et al.\textsuperscript{39} showed that Panavia V5 had less microleakage than Relyx Unicem and GC cement at both the enamel and dentine margins, which may be due to differences in the pH of the acidic primers between the two cement monomers. Gregor et al.\textsuperscript{37} showed that the VMH values of the dual-polymerizable resin cement and the light-polymerizable restorative composite resin irradiated for 3 × 90 seconds with high-irradiance LED lamp through 7.5 mm-thick endocrowns reached at least 80% of the control VMH values. This means that both materials can be adequately polymerized when they are used for luting thick indirect restorations.\textsuperscript{37}

**Advantages**

From a biomimetic perspective, the preservation of tooth structure is of utmost importance in maintaining the balance between biological, mechanical, adhesive, functional, and esthetic parameters.\textsuperscript{40} The main advantage of endocrowns is related to the fact that it does not require root dentine removal in order to gain retention, thus preventing the risk of recontamination during disobturation.\textsuperscript{41} Additionally, during an endodontic failure, reinterventions can be performed more easily.\textsuperscript{41}

The saddle shaped pulp floor in molars along with the quality of the adhesive materials provide good stability, when conditions are met\textsuperscript{16} and so additional preparation is not needed.\textsuperscript{42} According to Fages and Bennasar,\textsuperscript{16} this is the reason why a post, which may weaken root canals due to tooth tissue loss during drilling, is no longer needed.

Conventional restorations are fabricated with materials of different elastic moduli, i.e., metals or glass-reinforced fibers for the post portion and resin composites/ceramics for the core/crown portion.\textsuperscript{13} Considering that the stiffness mismatch between dentine, luting cement, and restorative system may influence stress distribution (the higher the number of interfaces between distinct materials, the lower the stress distribution), the monoblock nature of endocrowns would support more stress loading than the multi-interfacial nature of conventional restorations.\textsuperscript{12}

What is more, the supragingival margins facilitate plaque control, clinical inspection, and preservation of periodontium with minimal involvement of the biological width.\textsuperscript{43}

**Indications**

When up to one half of the coronal tooth structure is missing, complete occlusal coverage is achieved conservatively using an endocrown.\textsuperscript{44} Endcrowns are indicated when there is excessive loss of coronal dental structure and limited interocclusal space, something that makes it impossible to obtain sufficient ceramic thickness over the metal or composite core.\textsuperscript{13} They are especially indicated in cases of inadequate clinical crown length and extensive loss of dental tissues in which an adequate ferrule cannot be applied.\textsuperscript{10} Last but not least, endocrowns may be the solution to limitations regarding the use of intra-radicular posts, such as short or curved roots, calcified or narrow root canals, fracture of an instrument.\textsuperscript{16} Regarding premolars, endocrowns are indicated when the cementation surface area is sufficient, meaning when supragingival walls of 1 to 2 mm height and at least of 2 mm thickness are present and the pulp chamber is at least 3 mm deep.\textsuperscript{16} However, this approach requires the presence of healthy cervical enamel so that adhesive procedures can be more effective.\textsuperscript{45} Besides, according to a study by Govare and Contrepois,\textsuperscript{46} all failures in clinical studies on premolars were due to loss of adhesion and hence were repairable.

**Contraindications**

In case of severe dental tissue removal in which after preparation the finish line of the end crown is completely below the cement-enamel junction, the use of an endocrown may not be appropriate because of the increased risk of tooth fracture and the decreased retention of the restoration. Hence, in this case, restoring the endodontically treated tooth with the conventional way would be more proper.\textsuperscript{45}

Furthermore, when there is evidence of increased functional and lateral stresses, as evident with steep occlusal anatomy, wear facets, or parafunction, full-crown coverage with or without post is the treatment of choice.\textsuperscript{18} Similarly to premolars, incisors, and canines receive higher nonaxial forces when compared to the more axially oriented forces that posterior teeth face during the function.\textsuperscript{15} So, the former would receive greater stresses than the latter, increasing the chance for failure. This may explain the lack of clinical and in vitro studies on anterior teeth. In any case, case selection is critical for ensuring clinical success with endocrowns.\textsuperscript{17}

**Discussion**

The material interfaces with different moduli of elasticity represent the weak point of restorative systems, as the toughness/stiffness mismatch influences the stress distribution.\textsuperscript{47} Moreover, many classical indications for conventional crowns are nowadays questioned.\textsuperscript{48}

The restorative procedure performed with the conventional crown, the resin composite filling core, and the glass fiber post attempts to reproduce the biomechanical behavior and the esthetics of the enamel as well as the resilience of the dentine. Endocrowns preserve root tissue and limit internal preparation of the pulp chamber respecting its anatomic shape. They use ceramic throughout the entire extension of the cavity; however, they do not mimic dentinal tissue mechanically because of its rigidity.\textsuperscript{20}

Ideal bonding inside the root canal is still a challenge and the degradation of the resin-dentin interface with time is inevitable. Besides, the peculiar anatomy of the root canal intensifies some other concerns during the adhesive application, such as moisture control or smear layer management.\textsuperscript{49} Moreover, the anatomy of the canals offers an extremely unfavorable surface geometry for the relief of the
shrinkage stresses developed during resin cement polymerization. The C-factor (bonded/unbonded surfaces ratio) in a long and narrow root canal can exceed 1,000, hindering any resin flow during hardening.50

Clinical studies showed that the bonding system was retained on the intaglio surface of loosened endocrowns and failed at the dentine interface. Several phenomena can account for this situation. First, the presence of sclerotic dentin in the pulp chamber can result in poorer adhesion than with sound dentin. Then, the high elastic modulus of some materials, such as ceramic may transmit undamped stresses at the tooth-to-material bonded interface. Finally, when the residual height of the walls is low (less than 2 mm), this could also have a negative impact.46

Due to the risk of root fracture when using a post and core buildup approach, the direct bonding of an all-ceramic restoration to the residual tooth structure of nonvital tooth appears advantageous.58 However, in teeth with almost no coronal tooth substance left, a post and core buildup with resin-based composite having physical properties close to those of dentine could be more favorable.51

Ferrule, typically found in conventional crowns, described as a “bracing mechanism” of the restoration around the cervical tooth structure,52 may cause the loss of sound enamel and dentin tissues that would be important for proper bonding,53 while endocrowns are usually prepared without ferrule.

Taking into consideration that the greater the occlusal thickness of the restoration the higher the fracture resistance of the system, endocrowns are more prone to resist occlusal loading than conventional crowns. Indeed, the thickness of the occlusal portion of endocrowns varies from 3 to 7 mm, in contrast with conventional ones in which it varies from 1.5 to 2 mm.54

Last but not least, regarding material choice for endocrown fabrication, monofill composite resins boast a modulus of elasticity similar to that of dentine, thus retaining high fracture resistance and limiting irreparable fractures. However, decreasing elastic modulus reduces stress in the dentine while it increases tension at the interface, leading to risks of debonding and detachment of the prosthetic. As it has been shown, endocrowns are more prone to debonding than fracture, so materials with the greatest adhesion values such as lithium disilicate, are the best choice. The esthetic properties of this material are unrivaled by composite resin not to mention the fact that ceramics age better and have a lower plaque retention.46

**Clinical Significance**

Traditional techniques demanding additional healthy tooth substance removal in order for a post to be placed should be reconsidered, as contemporary materials and techniques can provide dentists with solutions that offer more conservative approaches with equal probability for long-term success.

**References**

1. Reeh ES, Messer HH, Douglas WH. Reduction in tooth stiffness as a result of endodontic and restorative procedures. J Endod 1989;15(11):512–516. DOI: 10.1016/0099-2399(89)80091-8.

2. Landers E, Dietschi D. Endocrowns: a clinical report. Quintessence Int 2008;39(2):99–106. PMID: 18560648

3. Papa J, Cain C, Messer HH. Moisture content of vital vs endodontically treated teeth. Endod Dent Traumatol 1994;10(2):91–93. DOI: 10.1111/j.1600-9657.1994.tb0067.x.

4. Sedgley CM, Messer HH. Are endodontically treated teeth more brittle? J Endod 1992;18(7):332–335. DOI: 10.1016/0099-2399(92)80483-8.

5. Huang TJ, Silder H, Nathanson D. Effects of moisture content and endodontic treatment on some mechanical properties of human dentin. J Endod 1992;18(5):209–215. DOI: 10.1016/0099-2399(92)80262-8.

6. Fotino G, Tocci L, Grande NM, et al. Symmetry of root and root canal morphology of maxillary and mandibular molars in a white population: a cone-beam computed tomography study in vivo. J Endod 2013;39(12):1545–1548. DOI: 10.1016/j.joen.2013.09.012.

7. Pissis P. Fabrication of a metal-free ceramic restoration utilizing the monobloc technique. Pract Periodontics Aesthet Dent 1995;7(5):83–94. PMID: 5748896.

8. Ferrari M, Vichi A, Grandini S. Efficacy of different adhesive techniques on bonding to root canal walls: an SEM investigation. Dent Mater 2001;17(5):422–429. DOI: 10.1016/s0109-5641(00)00102-0.

9. Salameh Z, Sorrentino R, Papacchini F, et al. Fracture resistance and failure patterns of endodontically treated mandibular molars restored using resin composite with or without translucent glass fiber posts. J Endod 2006;32(8):752–755. DOI: 10.1016/j.joen.2006.02.002.

10. Bindl A, Mormann WH. Clinical evaluation of adhesively placed Cerec endo-crowns after 2 years--preliminary results. J Adhes Dent 1999;1(1):255. PMID: 11725673.

11. Mormann WH, Bindl A, Luthy H, et al. Effects of preparation and luting system on all-ceramic computer-generated crowns. Int J Prosthodont 1998;11(4):333–339. PMID: 9758997.

12. Sedrez-Porto JA, Rosa WL, da Silva AF, et al. Endocrown restorations: a systematic review and meta-analysis. J Dent 2016;52:8–14. DOI: 10.1016/j.jdent.2016.07.005.

13. Biacchi GR, Mello B, Basting RT. The endocrown: an alternative approach for restoring extensively damaged molars. J Esthet Restor Dent 2013;25(6):383–390. DOI: 10.1111/jerd.12065.

14. Biacchi GR, Basting RT. Comparison of fracture strength of endocrowns and glass fiber post-retained conventional crowns. Oper Dent 2012;37(2):130–136. DOI: 10.2341/11-105-L.

15. Bindl A, Richter B, Mormann WH. Survival of ceramic computer-aided design/manufacturing crowns bonded to preparations with reduced macroretention geometry. Int J Prosthodont 2005;18(3):219–224. DOI: 10.1016/j.jpros.2005.09.002.

16. Fages M, Bennisar B. The endocrown: a different type of all-ceramic reconstruction for molars. J Can Dent Assoc 2013;79:140. PMID: 24390944.

17. Rocca GT, Krejci I. Crown and post-free adhesive restorations for endodontically treated posterior teeth: from direct composite to endocrowns. Eur J Esthet Dent 2013;8(2):156–179. PMID: 23712338.

18. Atash R, Arab M, Duterme H, et al. Comparison of resistance to fracture between three types of permanent restorations subjected to shear force: An in vitro study. J Indh Prosthodont Soc 2017;17(3):239–249. DOI: 10.4103/jips.jips_24_17.
19. Einhorn M, DuVall N, Wajdowicz M, et al. Preparation ferrule design effect on endocrown failure resistance. J Prosthodont 2019;28(1):e237–e242. DOI: 10.1111/jopr.12671.
20. El-Damanhoury HM, Haj-Ali RN, Platt JA. Fracture resistance and microleakage of endocrowns utilizing three CAD-CAM blocks. Oper Dent 2015;40(2):201–210. DOI: 10.2341/13-143-L.
21. Ghajjouj O, Tasar-Faruk S. Evaluation of fracture resistance and microleakage of endocrowns with different intracoronal depths and restorative materials luted with various resin cements. Materials (Basel) 2019;12(16):2528. DOI: 10.3390/ma12162528.
22. Perdigao J. Dentin bonding-variables related to the clinical situation and the substrate treatment. Dent Mater 2010;26(2):e24–e37. DOI: 10.1016/j.dental.2009.11.149.
23. Magne P, Kim TH, Cascione D, et al. Immediate dentin sealing improves bond strength of indirect restorations. J Prosthodont 2005;9(4):511–519. DOI: 10.1016/j.prosdent.2005.10.010.
24. Magne P, Knezevic A. Thickness of CAD-CAM composite resin overlays influences fatigue resistance of endodontically treated premolars. Dent Mater 2009;25(10):1264–1268. DOI: 10.1016/j.dental.2009.05.007.
25. Belleflamme MM, Geerts SO, Louwette MM, et al. No post-no core approach to restore severely damaged posterior teeth: an up to 10-year retrospective study of documented endocrown cases. J Dent 2017;63:1–7. DOI: 10.1016/j.jdent.2017.04.009.
26. Aktas G, Verlikaya H, Akca K. Mechanical failure of endocrowns manufactured with different ceramic materials: an in vitro biomechanical study. J Prosthodont 2018;27(4):340–346. DOI: 10.1111/jopr.12499.
27. Rigolin FJ, Miranda ME, Florio FM, et al. Evaluation of bond strength between leucite-based and lithium disilicate-based ceramics to dentin after cementation with conventional and self-adhesive resin agents. Acta Odontol Latinoam 2014;27(1):16–24. PMID: 23533616.
28. Bankoglu Gungor M, Turhan Bal B, Yilmaz H, et al. Fracture strength of CAD/CAM fabricated lithium disilicate and resin nano ceramic restorations used for endodontically treated teeth. J Dent Mater 2017;36(2):133–141. DOI: 10.1016/j.dental.2016.01.017.
29. Magne P, Schlichting LH, Maia HP, et al. In vitro fatigue resistance of CAD/CAM composite resin and ceramic posterior occlusal veneers. J Prosthodont 2010;19(4):149–157. DOI: 10.1002/j.1524-0180.2010.tb01114.x.
30. Aversa R, Apicella D, Perillo L, et al. Non-linear elastic three-dimensional finite element analysis on the effect of endocrown design and occlusal reduction on the stress distribution in metal ceramic crowns manufactured with different ceramic materials: an in vitro biomechanical study. J Prosthodont 2018;27(4):340–346. DOI: 10.1111/jopr.12499.
31. Rocca GT, Saratti CM, Poncet A, et al. The influence of FRCs reinforcement on marginal adaptation of CAD/CAM composite resin endocrowns after simulated fatigue loading. Odontology 2016;104(2):220–232. DOI: 10.1016/s1026-0155(02)-0029-9.
32. Doghi H, Abdelmalek F, Amor A, et al. Endocrown: an alternative approach for restoring endodontically treated molars with large coronal destruction. Case Rep Dent 2018;2018:1581952. DOI: 10.1155/2018/1581952.
33. Robbins JW. Restoration of the endodontically treated tooth. Dent Clin North Am 2002;46(2):367–384. DOI: 10.1016/s0011-2250(01)00006-4.
34. Dietschi D, Duc O, Krejci J, et al. Biomechanical considerations for the restoration of endodontically treated teeth: a systematic review of the literature, Part II (Evaluation of fatigue behavior, interfaces, and in vivo studies). Quintessence Int 2008;39(2):117–129. PMID: 18560650.
35. Zhu J, Rong Q, Wang X, et al. Influence of remaining tooth structure and restorative material type on stress distribution in endodontically treated maxillary premolars: a finite element analysis. J Prosthodont 2017;117(5):646–655. DOI: 10.1016/j.prosdent.2016.08.023.
36. Govare N, Contrepois M. Endocrowns: a systematic review. J Prosthodont 2020;123(3):411–418 e9. DOI: 10.1016/j.prosdent.2019.04.009.
37. Assif D, Gorfil C. Biomechanical considerations in restoring endodontically treated teeth. J Prosthodont 1994;7(1):35–43. DOI: 10.1016/0103-5852(94)90066-4.
38. Dietschi D, Duc O, Krejci J, et al. Marginal adaptation to endocrowns: an up to 10-year retrospective study of documented endocrown cases. J Prosthodont 2020;123(3):411–418 e9. DOI: 10.1016/j.prosdent.2019.04.009.
39. Trajtenberg CP, Caram SJ, Kiat-amnuay S. Microleakage of all-ceramic crowns using self-etching resin luting agents. Oper Dent 2008;33(4):392–399. DOI: 10.2341/08-101.
40. Tzimas K, Tsiafitsa M, Gerasimou P, et al. Endocrown restorations for extensively damaged posterior teeth: a systematic review of the clinical performance of three CAD-CAM blocks. Oper Dent 2017;125(2):141–150. DOI: 10.1111/eos.12339.
41. Muller JA, Rohr N, Fischer J. Evaluation of ISO 4049: water sorption and water solubility of resin cements. Eur J Oral Sci 2017;125(2):141–150. DOI: 10.1111/eos.12339.
42. Motta AB, Pereira LC, Duda FP, et al. Influence of substructure design and occlusal reduction on the stress distribution in metal ceramic complete crowns: 3D finite element analysis. J Prosthodont 2015;23(1):381–389. DOI: 10.1111/jopr.12119.